Chapter 2

Fabrication and Applications of Flexible Transparent Electrodes Based on Silver Nanowires

Peiyun Yi, Yuwen Zhu and Yujun Deng

Additional information is available at the end of the chapter

http://dx.doi.org/10.5772/intechopen.77506

Abstract

There has been an explosion of interests in using flexible transparent electrodes for next-generation flexible electronics, such as touch panels, flexible lighting, flexible solar cells, and wearable sensors. Silver nanowires (AgNWs) are a promising material for flexible transparent electrodes due to high electrical conductivity, optical transparency and mechanical flexibility. Despite many efforts in this field, the optoelectronic performance of AgNW networks is still not sufficient to replace the present material, indium tin oxide (ITO), due to the high junction resistance. Also, the environmental stability and the mechanical properties need enhancement for future commercialization. Many studies have attempted to overcome such problems by tuning the AgNW synthesis and optimizing the film-forming process. In this chapter, we survey recent progresses of AgNWs in flexible electronics by describing both fabrication and applications of flexible transparent AgNW electrodes. The synthesis of AgNWs and the fabrication of AgNW electrodes will be demonstrated, and the performance enhanced by various methods to suit different applications will be also discussed. Finally, technical challenges and future trends are presented for the application of transparent electrodes in flexible electronics.

Keywords: flexible electronics, flexible transparent electrodes, silver nanowires, fabrication, application

1. Introduction

Flexible transparent electrodes are a crucial component in many devices, such as touch screen panels, solar cells, light emitting diodes (LEDs) and flexible sensors [1]. Although Indium tin oxide (ITO) is the dominant material with desirable performance for transparent electrodes currently, an alternative to ITO transparent electrodes has been widely studied in recent years
due to the increasing marketing demand for flexible devices and the brittleness and scarcestness of ITO.

Recent studies have suggested carbon nanotubes (CNT) [2, 3], graphene [4] and silver nanowires (AgNWs) [5] as the alternatives. Though CNTs are reported to have good electrical, thermal and mechanical properties, the CNT electrodes show lower electrical conductivity than ITO electrodes due to large contact resistance and extensive bundling of CNTs. Graphene is reported to have high Fermi velocity of 106 m/s and high intrinsic in-plane conductivity. But the large-area production of high-performance graphene films remains a serious issue. Although chemical vapor deposition method has the ability of producing large-area high-performance graphene, the process costs a lot and needs extremely high temperature.

Metallic nanowire based electrodes, as the most promising alternative to ITO, have superior optical, electrical and mechanical properties. Both random and regular metallic nanowire networks have received an increasing interest from both academia and industry. Random metallic nanowires can be dispersed in the solvent and be deposited onto the substrates through low-cost solution-based processing [6]. This makes nanowire-based electrodes compatible for high-throughput and large-area production of the next generation flexible optoelectronic devices. Moreover, for regular metallic nanowire based electrodes, called metal mesh, the electrical conductivity and the optical transparency can be easily tuned by changing the geometry parameter of the nanowires. When the period of the metal mesh is in sub-micrometer scale and the line width is close to subwavelength, metal meshes can be considered as bulk materials to estimate the sheet resistance of the films. Various metallic materials, such as gold, silver and copper, are used to achieve different work functions and chemical properties for various applications. Silver, a material with high electrical conductivity and low price to some degree, is considered as the most suitable nanowire material. And the overall performance of AgNW electrodes has already surpassed that of ITO electrodes. Table 1 shows the comparison of several transparent electrodes based on different materials.

The present chapter focuses on recent progresses in the fabrication techniques of flexible transparent AgNW electrodes. Firstly, we briefly introduce the requirements of electrical, optical, thermal and mechanical properties for flexible transparent electrodes in different applications. Then synthesis of AgNWs and film-forming techniques of flexible transparent AgNW

| Properties       | ITO | TCO | CNT | Graphene | AgNW | Ag mesh |
|------------------|-----|-----|-----|----------|------|---------|
| Conductivity     | ++  | ++  | —   | —        | ++   | +++     |
| Transmittance    | ++  | +   | +++ | ++       | +    | +++     |
| Haziness         | +   | +   | ++  | ++       | —    | —       |
| Flexibility      | —   | —   | +++ | +++      | +++  | —       |
| Stability        | +   | +   | +   | ++       | +++  | +++     |
| Large-scale      | —   | +   | ++  | ++       | +    | —       |
| Low-cost         | —   | —   | —   | —        | +++  | —       |

Table 1. Comparison of several transparent electrodes.
Electrodes will be introduced. Thirdly, recent investigations in optimizing all the properties of flexible transparent electrodes will be discussed in detail. Finally, the future challenges in the widespread adoption of flexible transparent AgNW electrodes will be proposed.

2. Requirements for flexible transparent electrodes in different applications

Flexible transparent electrodes can be applied in many cases. Different properties are required according to different applications subject to various problems, as shown in Table 2. In this section, we will introduce some applications such as touch panels, solar cells, flexible lighting, and flexible sensors.

2.1. Touch panels

Touch Display Research Inc. forecasted that the market of transparent electrodes without ITO will reach $13 billion by 2023. The surface area of manufactured touch panels will reach more than 80 km² in 2025, double of that in 2014, predicted by IDTechEx Ltd. [7]. Companies like Samsung, LG, Apple and Toshiba have all indicated the market trends for flexible displays. Touch screens can be divided into capacitive sensing and resistive sensing by different working principles. When fingers touch the screen, the capacitive sensing works on the change in capacitance instead of the change in resistance as the resistive sensing does. Resistive sensing is low-cost and high-resolution reported by S.H. Ko’s team [8, 9]. With the durability and the compatibility of multi-touch features, the capacitive sensing arises many researchers’ attention worldwide. Capacitive touch panels can now be divided into single [10–12] and double-sided sensors [13, 14] based on the number of transparent conductive layers. Figure 1(a) and (b) show the photograph of the working touch panel [10]. The resolution of single-sensor capacitive touch screen is required to be at the millimeter scale while that of double-sided ones is hundreds of micrometers. Not only the distribution but also the orientation and alignment will govern the performance of the AgNW networks. Patterning is also of prime importance for high performance. Figure 1(c) exhibits the design of touch sensors and the image

| Properties     | ITO | TCO | CNT | Graphene | AgNW | Ag mesh |
|----------------|-----|-----|-----|----------|------|---------|
| Conductivity   | ++  | ++  | -   | ---      | ++   | +++     |
| Transmittance  | ++  | +   | +++ | ++       | +    | +++     |
| Haziness       | +   | +   | ++  | ++       | ---  | ---     |
| Flexibility    | --- | --- | +++ | +++      | +++  | -       |
| Stability      | +   | +   | +   | ++       | +++  | +++     |
| Large-scale    | -   | +   | ++  | ++       | +    | -       |
| Low-cost       | --- | -   | -   | ---      | +++  | ---     |

Table 2. Comparison of performance requirements for different applications.
of patterned AgNW networks respectively [12]. Interestingly, healable touchscreens were produced by Pei and co-workers through embedding AgNWs into the surface of healable polymer substrate [14], as shown in Figure 1(d).

2.2. Solar cells

Flexible transparent electrodes as front electrodes is a crucial factor in determining photo-conversion efficiency of solar cells [15]. High electrical conductivity and high optical transparency of flexible transparent electrodes are required in order to lower the ohmic dissipation of heat and maximize the light absorption in the conversion layer. The band alignment and work function of the electrodes should also be considered. The most commonly used materials for solar cells are doped metal oxides. They are prone to cracking, costly and need high-temperature fabrication. Many researches have proved that AgNW networks are a promising alternative to ITO for both organic solar cells [16–18] and polymer solar cells [19]. AgNW networks have similar photovoltaic performances and excellent bending capacities as ITO and are compatible with solution-processed fabrication. And unlike doped metal oxides, AgNWs have high optical transparency in the IR range, leading to enhanced efficiency and the semi-transparency of solar cells. The performance comparison in solar cells using AgNW electrodes

| PCE(%) | Jsc(mA/cm²) | Voc(V) | FF(%) | Ref |
|-------|------------|--------|-------|-----|
| 1.85  | ~7.22      | 0.5308 | 48.475| [20]|
| 6.58  | 14.29      | 0.78   | 59    | [1] |
| 3.05  | 9.191      | 0.638  | 0.521 | [21]|
| 2.73  | 8.4        | 0.58   | 56.07 | [22]|
| 2.66  | 6.36       | 1.06   | 39.59 | [19]|

PCE: power conversion efficiency, Jsc: short-circuit current density, Voc: open-circuit voltage, FF: fill factor.

Table 3. Performance comparison in solar cells.
is shown in Table 3. Topics concerning the integration of transparent AgNW electrodes into flexible solar cells are as follows: one is the low-cost fabrication for the development of flexible solar cells and another one is the study of plasmonic effects to further control the optoelectronic properties.

2.3. Flexible lighting

AgNW electrodes can be integrated into LEDs. Figure 2(a) shows the schematic of AlGaN-based LEDs with AgNW/ITO electrodes [23]. The active layer of the light emitting devices mostly investigated can be organic materials (OLEDs) or polymer (PLEDs). The emulation of fully rollable lighting panels is time-to-market dependent on our ability to provide not only the active layer but also the interfaces and the transparent electrodes with high flexibility. In this case, it is essential for the transparent electrodes to have no alteration in optoelectronic properties under bending cycles. For conventional ITO-based OLEDs, the luminance and the efficiency of the devices would have a sharp decrease under mechanical stress due to the fracture of the brittle ITO electrodes. Thus the usage of AgNW electrodes with good optoelectronic and mechanical properties seems to be a good strategy to fulfill this demand. Polyvinyl alcohol (PVA) [24], polyacrylate [25], poly(methyl methacrylate) (PMMA) [26], colorless polyimide (cPI) [27] and poly(urethane acrylate) (PUA) [28, 29] are used to produce the transparent electrodes together with AgNWs to improve the performance of electrodes. For instance, AgNW/PMMA OLEDs show high luminous efficiency, the color-independent emission and the nearly perfect Lambertian emission [26], as depicted in Figure 2(b). Many efforts have been done to decrease the current leakage [30, 31]. Table 4 illustrates the performance comparison of LEDs produced by different researchers. The challenge of keeping the performance of AgNW-based OLEDs unchanged under deformation also arises many researchers’ attention [28].

2.4. Flexible sensors

High sensitive and stretchable sensors can be used in both our daily life and large military projects, from the human health monitoring devices to the structural health monitoring of aircrafts and bridges [36–38]. Figure 3(a) shows a strain sensor attached to the neck to monitor human activities [39]. And as shown in Figure 3(b), AgNW electrodes can be integrated
Performances of flexible sensors concern about the linearity, sensitivity, detecting range, response time, stability and stretchability. Investigations using AgNW electrodes mainly concern about strain sensors, pressure sensors and electrochemical sensors. Yao et al. presented wearable sensors based on highly stretchable AgNW electrodes enabling the detection of strain and pressure. The strain sensors produced showed good linearity and reversibility even up to a large strain of 50%. At the same time, the pressure under detection ranged up to 1.2 MPa. Hwang et al. have recently developed a self-powered patchable platform to monitor human activities, as shown in Figure 3(c). Usually, the stretchability of the transparent systems has been reported to be among 50–90% [43, 44]. The high stretchability is achieved by compositing AgNWs with a thin layer of elastomer [39, 41]. In particular, Jeong et al. integrated ultra-long AgNWs into an elastic-composite generator which exhibits hyper-stretchability up to 200% [45], as shown in Figure 3(c).
in Figure 3(d). In addition to stretchability, the sensitivity can be tuned by controlling the areal density and roughness of AgNW networks [46]. Further optimization of geometry and materials is needed in this field.

3. Fabrication of flexible transparent electrodes based on silver nanowires

3.1. Controllable synthesis of silver nanowires

Many approaches have been addressed to synthesize AgNWs, which can be mainly divided into two groups: template methods and polyol process [47]. Template methods are classified into two categories, in terms of hard templates and soft templates. Soft templates include polymer film of PVA and DNA chains [48, 49]. Hard templates include silicon wafer and aluminum oxide [50, 51]. Although many literatures have investigated template methods to synthesize AgNWs, these methods are incompatible for large-scale production. The preparation and removal of the templates are time consuming and high cost. Moreover, nanowires synthesized through template methods suffer from low aspect ratio, irregular morphology and low yield.

Different from template methods, polyol process provides high yield of nanowires with ideal morphology. As the most promising synthetic procedure, salt-mediated polyol method [52, 53] has good reproducibility and low cost. The usage of salts, such as NaCl [54], CuCl$_2$ [53], CuCl [53], FeCl$_3$ and PtCl$_2$, helps the mass synthesis of AgNWs. Metal seeds in the solution served as nuclei for subsequent growth of AgNWs, as depicted in Figure 4(a). The dimensions of AgNWs can be kinetically controlled by temperature, seeding conditions, and the ratio between PVP and AgNO$_3$. High reaction temperature leads to the formation of nanowires with low aspect ratio. Increasing the concentration of metal seeds could slightly decrease the diameter of nanowires. Chen et al. [55] adjust the concentration of Na$_2$S to control the diameter of AgNWs. The aspect ratio of the nanowires is small, unable to meet the requirements for high aspect ratio nanowires. Microwave and UV irradiation have been adopted by researchers to assist the synthesis of AgNWs [56–58]. The controllable methods to fabricate high aspect ratio nanowires have received much attention. Long nanowires with length of over 300 μm were fabricated by Lee et al. [59] using a successive multistep growth method, as shown in Figure 4(b). The fabrication process is time-consuming and complex. Then Andrés et al. [60] demonstrated a rapid synthesis of nanowires with the length reaching 190 μm to overcome this problem.

3.2. Coating techniques

Apart from the synthesis of AgNWs, coating and printing them onto the flexible plastic substrate is also an essential process in the fabrication of transparent electrodes. The performance of the electrodes varies according to different techniques and devices. The ideal process should meet three requirements: (1) the process should be free from toxic chemicals and costly materials; (2) the process should have a low environmental impact and can be recycled; (3) the process should meet the demand of the large-area, high-efficiency and high-quality production. Solution-processed fabrication can easily be surface scalable. Many solution processes have been reported to produce
AgNW electrodes, including Meyer rod coating [5, 33, 62, 63], dip coating [64], spin coating [65–67], drop casting [68], spray coating [69], vacuum filtration [70], roll-to-roll printing [19, 71, 72] and transferring [73, 74]. Figure 5(a)-(e) show coating devices with different techniques. Most of the

Figure 4. AgNW synthesis: (a) the polyol process of AgNW synthesis [61], and (b) the schematic diagram of a multistep synthesis of ultra-long AgNWs [59].

Figure 5. Equipments of different coating techniques: (a) parts of slot-die coating device [77], (b) slot-die coating device [77], (c) Meyer rod coating device [78], (d) electrostatic spray system [79], and (e) pad printer [80].
techniques are compatible with low-energy deposition process and without any vacuum equipment. Direct laser ablation [13, 75], shadow mask [11], chemical etching using the photolithography process [76] are all the patterning strategies for flexible transparent electrodes.

3.2.1. Roll-to-roll techniques

The processability of AgNW networks by R2R was showed by many researchers due to their compatibility with large-area production [81–83]. The substrate in R2R coating system is required to have mechanical flexibility and in the form of a long sheet. Quite different from other solution-processed coating methods, the R2R process is continuous and is suitable for large-area production. During coating, the substrate is first unwound from a roll and then passed through the coating machine and finally rewound on another roll. Aside from the coating machine, some post-treatment may also be added into the process, such as compressing, heating, UV-curing, chemical welding and drying, as shown in Figure 6(a) [83]. Interestingly, Lai’s team produced AgNW electrodes combined with moth-eye nanostructures using R2R techniques and greatly enhanced the transmittance [5, 81]. The quality of forming can be influenced by tension, speed, cleaning of the substrate and the removal of static electricity. Also, the pre-treatment and post-treatment can have a great impact on the performance of the coated AgNW films. Many laboratories have developed their own R2R system to study the coating process. Figure 6(b)-(d) show two laboratory-scale coating system [77, 84]. Hösel et al. have compared the performance of flexible electronics produced by R2R process [85]. The biggest challenge of R2R process is the unification problem [86]. The comparison between different printing methods for large-scale R2R production was reported in Roll-to-Roll Processing Technology Assessment by U.S. Department of Energy, as shown in Table 5 [87].

![Image](image_url)
3.2.2. Drop casting

Drop casting is the simplest method to produce flexible transparent electrodes. The equipment needed is only a horizontal work platform. What we need to do is casting the coating solution onto the substrate followed by drying. However, problems exist due to the simple procedure. The thickness of the film is unable to be controlled. The effect of “coffee-ring” may be easily observed causing uneven distribution of nanowires due to the surface tension of the liquid and the self-aggregation of nanowires upon drying.

3.2.3. Spin coating

Spin coating is an important way to form homogeneous film. As illustrated in Figure 7(a), the substrate is first accelerated to a chosen rotational speed and then the coating solution is applied onto the substrate [86]. Noticeably, most of the coating solution is ejected and only a little of the solution is left on the substrate to form a thin film. Figure 7(b)-(f) show the spin coating operation and the high speed images with different timing after the first drop [86]. Spin coating is high reproducible. The forming quality of spin coating can be measured by the thickness, morphology and the surface topography of the film coated. All these properties can be tuned by controlling the coating solution, the substrate and the rotational speed. Specially, the molecular weight, viscosity, diffusivity, volatility and concentration of the solutes all have impact on the final forming results.

3.2.4. Screen printing

Screen printing has a large wet film thickness. The coating ink used needs to have a high viscosity and low volatility. First, the screen should be under tension by being glued to a frame. Second, an emulsion is filled into the screen to obtain the pattern. Here the area of the emulsion should be with no print and the area of the pattern is open waiting for the coating ink.

| Printing method          | Speed | Wet thickness (μm) | Resolution (μm) | Start/Stop | Complexity | Applicability              |
|--------------------------|-------|------------------|-----------------|------------|------------|-----------------------------|
| Flatbed Screen Printing  | Low   | 5–100 μm         | 100 μm          | Yes        | Low        | Limited                    |
| Rotary Screen Printing   | High  | 3–500 μm         | 100 μm          | Yes(a)     | Medium     | Very good                  |
| Inkjet Printing          | Medium| 1–5 μm           | < 50 μm         | Yes        | High       | Limited, materials must be jettable |
| Flexography              | Very high | 1–10 μm       | < 50 μm         | Yes(a)     | Medium     | Very good                  |
| Imprint or soft lithography | High (> 5m/ min) | NA              | 0.1 μm         | NA         | NA         | New technology              |
| Laser ablation           | Low   | NA               | <10             | NA         | NA         | Thermal effect sensitivity  |
| Gravure                  | High  | NA               | > 0.07 μm       | NA         | NA         | Very good                  |

(a)-Stopping should be avoided. Risk of registration lost and drying of ink in anilox cylinder. Short run-in length. NA-not available.

Table 5. Comparison between different printing methods in terms of their theoretical capacity and practical applicability for large-scale R2R production [87].
Third, the patterned electrodes is obtained by filling the screen with coating ink. Figure 8(a)-(c) show screen printers both in laboratories and factories, while Figure 8(d) shows the screen printing process.

4. Performance enhancements of flexible transparent electrodes

4.1. Optoelectronic properties

The optimization of the optoelectronic properties has been studied for many years. Since junction resistance plays an important role in the electrical properties of the whole network, decreasing
the number of junctions and reducing the junction resistance between wires are two main ideas to lower the sheet resistance of the film. In order to decrease the number of junctions, some researchers have studied different approaches to synthesize nanowires with high aspect ratio [59, 60, 89], which have been introduced in Section 3.1. Researchers have also devoted great efforts to decrease the junction resistance between nanowires. Methods such as vacuum filtration [90], graphene coating [91, 92], electrochemical coating [93], modification with graphene oxide (GO) [29] and deposition of particles like Au, ZnO and TiO$_2$ [94] have been performed in the fabrication of transparent electrodes to reduce the resistance. Liang et al. wrapped the GO sheet around AgNW junctions and obtain a flexible transparent electrodes with the sheet resistance of 14 Ω/sq, and the transmittance of 88%, as shown in Figure 9(a) [29]. Many post-treatments such as thermal annealing [24], pressing [95], electrochemical annealing [96], salt treatment [83, 90], plasmonic welding [97], HCl vapor treatment, capillary-force-induced cold welding [63] and high intensity pulsed light technique (HIPL) [98, 99] have also been studied to reduce the junction resistance. Figure 9(b) and (c) show the obvious changes of AgNW junctions after hot-pressing. Lee et al. [6] demonstrated that annealing of the nanowire network at the temperature of 200°C causes the PVP to flow and partially decompose, leading AgNWs to fuse together. However, thermal annealing needs high temperature and long treatment time. It also cannot be employed with heat-sensitive substrates. Tokuno et al. [100] performed two steps to replace the heat treatment in the fabrication of transparent electrodes. The network was first rinsed with water and ethanol to remove the PVP followed by mechanical pressing to weld the wires. The sheet resistance was

![Figure 9](image-url)

Figure 9. Different methods to improve the optoelectronic properties of flexible transparent AgNW electrodes: (a) SEM observation of AgNW networks with GO surrounding AgNW junctions [29], (b-c) SEM images of AgNW networks before and after hot-pressing [32], (d) a schematic diagram of electrowelding treatment [101], (e) illustration of the procedure used for the preparation of dual-scale nanowire networks [33], and (f) SEM image of AgNWs bridging graphene grains [104].
reduced from $6.9 \times 10^6$ to $1.8 \times 10^4$ Ω/sq, and then to 8.6 Ω/sq. However, mechanical pressing may not suitable for delicate substrates. Thus some other different approaches such as joule heating, HIPL, moisture-treating and hybridization with mesoscale wires, have been explored. Song et al. [101] apply the idea that joule heating can weld platinum wires and carbon nanotubes into the metallic nanowire networks. An approach with low additional power and short treatment durations is achieved by current-assisted localized joule heating accompanied by electromigration, as shown in Figure 9(d). The resistance of individual nanowires is also investigated by researchers, such as the utilization of nanowires with large gain size [102] and the hybridization of different scale wires [33, 103]. Figure 9(e) shows the procedure used to produce dual-scale nanowire networks [33]. Many investigations also focus on hybridizing AgNWs with other conductive materials. AgNWs were treated as bridges for high resistance grain boundaries of graphene by Teymouri et al. to obtain highly transparent electrodes, as shown in Figure 9(f) [104].

Besides the electrical properties, many efforts have been done by researchers to improve the optical transparency of AgNW electrodes. Firstly, the dimensions of AgNWs are optimized for high transmittance. Nanowires networks with large aspect ratio show better optical property [105]. Secondly, different deposition process has been explored. Kim et al. [79] applied the electrostatic spray deposition to obtain electrodes with the transmittance of 92.1%. Thirdly, changing substrates into more transparent materials. Jiang et al. [106] changing the commonly used polyethylene terephthalate (PET) substrate into the flexible resin film and improve the transmittance by nearly 10%. Kim et al. integrated CNT into AgNW electrodes to reduce the haze factor by absorbing the scattered light from AgNWs [107]. Table 6 illustrates the performance comparison in AgNW electrodes.

### 4.2. Environmental stability

Though environmental stability seems to be important for future application, few investigations have been reported so far on it compared to the optoelectronic performance. The

| NW dimensions                  | Substrate    | Rs (Ω/sq) | T (%) | Ref. |
|-------------------------------|--------------|-----------|-------|------|
| D 20–40 nm, L 20–40 μm        | Glass/PET    | 91.3      | 97.9  | [108]|
| D 35 nm, L 25 μm              | PET          | ~50       | 94.5  | [1]  |
| D 25 nm, L 35 μm              | PET          | ~20       | 86    | [5]  |
| D 20–90 nm, L 20–150 μm       | PDMS         | 179       | 89.4  | [63] |
| D 100 nm, L 100 μm and D 40 nm, L 10 μm | Resin       | 50        | 90    | [33] |
| D 50–90 nm, L 15–25 μm        | PEN          | 12        | 83    | [32] |
| D 70 nm, L 8 μm               | glass        | 6–21      | 70–85 | [21] |
| D 70 nm, L 10–20 μm and D 85 nm, L 30–60 μm | PU          | 6         | 68    | [98] |
| D 70 nm, L 200 μm             | No data      | <30       | 95    | [104]|
| Not available                 | Glass        | 11        | 87    | [34] |
| D 115 nm, L 20–50 μm          | PET/PEN      | 5         | 92    | [83] |

Table 6. Performance comparison in AgNW electrodes.
thermal conductivity of AgNWs and their degradation mechanism is lack of investigations. Mayousse et al. spend over 2 years to study the relationship between the stability of AgNW networks and the temperature, humidity, light, hydrogen sulfide and electrical stress [11]. Khaligh et al. [109] once modeled the random AgNW networks in MATLAB and analyzed the overall circuit with HSPICE. In their work, graphene can slow the degradation of AgNWs and uniform the surface temperature. In this case, the failure mechanism is not the nanowire degradation any more. It is changed into the melting of the substrate. Thus the most commonly used method is to use hybrid materials to improve both thermal and chemical stability. Also, the aging of flexible transparent electrodes under different working conditions is now lack of research. Song et al. compared the environmental stability of nanowires with nanoparticle coating and sol–gel TiO\textsubscript{2} coating [110]. As shown in Figure 10(a), AgNWs can easily react with sulfur ions to form Ag\textsubscript{2}S (dark gray). Nanoparticles can reduce the exposure area but are unable to diminish the whole area. AgNWs with nanoparticles coating can still react with sulfur ions. The sol–gel TiO\textsubscript{2} avoid AgNWs being exposed to sulfur ions and improve the chemical durability of AgNWs.

4.3. Mechanical properties

The sheet resistance of transparent AgNW electrodes shows negligible increase under bending test, quite different from that of ITO electrodes. AgNWs are able to conform to non-planar surface. They can easily fit to the surface, even the highly roughened surface. Though the flexibility makes AgNW a promising alternative to ITO, the high roughness of the network remains a serious problem which hinders the development of AgNW electrodes. The high roughness would lead to interlayer shorting, high leakage currents, and low quantum efficiency in OLEDs [33]. The buffer layer and the conductive material coating are investigated by many researchers to reduce the roughness of the networks [111–114]. Nevertheless, they would degrade the performance by increasing the driving voltage and the electron–hole imbalance [30]. Burying AgNW into polymer substrate is also a way to reduce the roughness, but the effective electrode areas decreased [33]. In order to overcome this problem, the plasma treatment was applied on AgNW-cPI composite electrodes to enlarge the conductive
pathways, as shown in Figure 10(b) [27]. Intense-pulsed-light irradiation and the UV-Ozone treatment are also ways to smooth the film without any severe deterioration in the optical performance [22, 115].

The poor adhesion to substrates, together with the roughness and reduced effective electrical area, hinders the widely application of AgNW electrodes. Strong bonding is essential to avoid detachment of AgNW networks and maintain electrical conductivity at high strain deformation. Modifying substrate surface [74, 116], applying strong conformal pressure, in situ polymerization [24, 25, 94] and surface encapsulation [71] can effectively improve the adhesion. These methods are complex and time consuming, together with changing the properties of the substrates. In recent papers, some new methods have also been put forward. It is a fast and simple method compared with conventional approaches embedding nanowires into polymers [98]. Khan et al. [117] proposed a facile method to make the nanowires a nail-like structure which can be fully embedded in plastic films, greatly enhancing the wire-substrate adhesion.

5. Conclusion

The aim of this chapter is to demonstrate the fabrication techniques of flexible transparent AgNW electrodes and the efforts made to enhance the performance. Though AgNW electrodes reported exhibit similar performances to ITO electrodes, there is still a long way to go for future commercialization. Firstly, new synthesis methods for fine-tuning the dimensions of AgNWs are needed. The performances of AgNW electrodes have a close relationship with the dimensions of AgNWs. Secondly, metals other than silver need investigations to reduce the cost of electrodes with similar performances, such as copper. Thirdly, the hybrid materials, such as core-shell Cu-Ni nanowires and sandwich structure, are also of interest. Fourthly, the stability optimization in real environments is lacking now. The evaluation of the intrinsic stability is an important value to prove the possibility of integrating nanowires into future devices. Finally, the toxicity of nanowires needs attention before being integrated into commercial devices.

Acknowledgements

This study was supported by the National Natural Science Foundation of China (51675334).

Conflict of interest

There are no conflicts of interest.
Author details

Peiyun Yi1,2*, Yuwen Zhu1 and Yujun Deng1

*Address all correspondence to: yipeiyun@sjtu.edu.cn

1 State Key Laboratory of Mechanical System and Vibration, Shanghai Jiao Tong University, Shanghai, P.R. China
2 Shanghai Key Laboratory of Digital Manufacture for Thin-Walled Structures, Shanghai Jiao Tong University, Shanghai, P.R. China

References

[1] Wang J, Fei F, Luo Q, Nie S, Wu N, Chen X, et al. Modification of the highly conductive PEDOT:PSS layer for use in silver nanogrid electrodes for flexible inverted polymer solar cells. ACS Applied Materials & Interfaces. 2017;9(8):7834-7842. DOI: 10.1021/acsami.6b16341

[2] Zhu G, Wang H, Zhang L. A comparative study on electrosorption behavior of carbon nanotubes electrodes fabricated via different methods. Chemical Physics Letters. 2016;649:15-18. DOI: 10.1016/j.cplett.2016.02.027

[3] Imazu N, Fujigaya T, Nakashima N. Fabrication of flexible transparent conductive films from long double-walled carbon nanotubes. Science and Technology of Advanced Materials. 2016;15(2):025005. DOI: 10.1088/1468-6996/15/2/025005

[4] Kobayashi T, Bando M, Kimura N, Shimizu K, Kadono K, Umezuh N, et al. Production of a 100-m-long high-quality graphene transparent conductive film by roll-to-roll chemical vapor deposition and transfer process. Applied Physics Letters. 2013;102(2):023112. DOI: 10.1063/1.4776707

[5] Zhang C, Zhu Y, Yi P, Peng L, Lai X. Fabrication of flexible silver nanowire conductive films and transmittance improvement based on moth-eye nanostructure array. Journal of Micromechanics & Microengineering. 2017;(7):27

[6] Lee JY, Connor ST, Cui Y, Peumans P. Solution-processed metal nanowire mesh transparent electrodes. Nano Letters. 2008;8(2):689-692. DOI: 10.1021/nl073296g

[7] Ghaffarzadeh K, Yamamoto Y, zervos H. Conductive Ink Markets 2016-2026. Boston, MA, USA: Forcasts, Technologies, Players, IDTechEx Ltd; 2016

[8] Lee J, Lee P, Lee HB, Hong S, Lee I, Yeo J, et al. Room-temperature nanosoldering of a very long metal nanowire network by conducting-polymer-assisted joining for a flexible touch-panel application. Advanced Functional Materials. 2013;23(34):4171-4176. DOI: 10.1002/adfm.201203802

[9] Lee J, Lee P, Lee H, Lee D, Lee SS, Ko SH. Very long ag nanowire synthesis and its application in a highly transparent, conductive and flexible metal electrode touch panel. Nanoscale. 2012;4(20):6408
[10] Kim Y, Song C-H, Kwak M-G, Ju B-K, Kim J-W. Flexible touch sensor with finely patterned Ag nanowires buried at the surface of a colorless polyimide film. RSC Advances. 2015;5(53):42500-42505. DOI: 10.1039/c5ra01657f

[11] Mayousse C, Celle C, Moreau E, Mainguet JF, Carella A, Simonato JP. Improvements in purification of silver nanowires by decantation and fabrication of flexible transparent electrodes. Application to capacitive touch sensors. Nanotechnology. 2013;24(21):215501. DOI: 10.1088/0957-4484/24/21/215501

[12] Kim Y, Kim J-W. Silver nanowire networks embedded in urethane acrylate for flexible capacitive touch sensor. Applied Surface Science. 2016;363:1-6. DOI: 10.1016/j.apsusc.2015.11.052

[13] Cann M, Large MJ, Henley SJ, Milne D, Sato T, Chan H, et al. High performance transparent multi-touch sensors based on silver nanowires. Materials Today Communications. 2016;7:42-50. DOI: 10.1016/j.mtcomm.2016.03.005

[14] Li J, Liang J, Li L, Ren F, Hu W, Li J, et al. Healable capacitive touch screen sensors based on transparent composite electrodes comprising silver nanowires and a furan/maleimide Diels–Alder cycloaddition polymer. ACS Nano. 2014;8(12):12874-12882. DOI: 10.1021/nn506610p

[15] Yim JH, S-y J, Pang C, Lee KM, Jeong H, Park J-Y, et al. Fully solution-processed semi-transparent organic solar cells with a silver nanowire cathode and a conducting polymer anode. ACS Nano. 2014;8(3):2857-2863. DOI: 10.1021/nn406672n

[16] Choi K-H, Kim J, Noh Y-J, Na S-I, Kim H-K. Ag nanowire-embedded ITO films as a near-infrared transparent and flexible anode for flexible organic solar cells. Solar Energy Materials and Solar Cells. 2013;110:147-153. DOI: 10.1016/j.solmat.2012.12.022

[17] Guo F, Zhu X, Forberich K, Krantz J, Stubhan T, Salinas M, et al. ITO-free and fully solution-processed semitransparent organic solar cells with high fill factors. Advanced Energy Materials. 2013;3(8):1062-1067. DOI: 10.1002/aenm.201300100

[18] Leem DS, Edwards A, Faist M, Nelson J, Bradley DD, de Mello JC. Efficient organic solar cells with solution-processed silver nanowire electrodes. Advanced Materials. 2011;23(38):4371-4375. DOI: 10.1002/adma.201100871

[19] Angmo D, Andersen TR, Bentzen JJ, Helgesen M, Søndergaard RR, Jørgensen M, et al. Roll-to-roll printed silver nanowire semitransparent electrodes for fully ambient solution-processed tandem polymer solar cells. Advanced Functional Materials. 2015;25(28):4539-4547. DOI: 10.1002/adfm.201501887

[20] Gupta R, Walia S, Hösel M, Jensen J, Angmo D, Krebs FC, et al. Solution processed large area fabrication of Ag patterns as electrodes for flexible heaters, electrochromics and organic solar cells. Journal of Materials Chemistry A. 2014;2(28):10930-10937

[21] Karakawa M, Tokuno T, Nogi M, Aso Y, Suganuma K. Silver nanowire networks as a transparent printable electrode for organic photovoltaic cells. Electrochemistry. 2017;85(5):245-248. DOI: 10.5796/electrochemistry.85.245
[22] Wang D, Zhou W, Liu H, Ma Y, Zhang H. Performance improvement in flexible polymer solar cells based on modified silver nanowire electrode. Nanotechnology. 2016;27(33):335203. DOI: 10.1088/0957-4484/27/33/335203

[23] Park J-S, Kim J-H, Kim J-Y, Kim D-H, Kang D, Sung J-S, et al. Hybrid indium tin oxide/ag nanowire electrodes for improving the light output power of near ultraviolet AlGaN-based light-emitting diode. Current Applied Physics. 2016;16(5):545-548. DOI: 10.1016/j.cap.2016.03.004

[24] Zeng XY, Zhang QK, Yu RM, Lu CZ. A new transparent conductor: Silver nanowire film buried at the surface of a transparent polymer. Advanced Materials. 2010;22(40):4484-4488. DOI: 10.1002/adma.201001811

[25] Yu Z, Zhang Q, Li L, Chen Q, Niu X, Liu J, et al. Highly flexible silver nanowire electrodes for shape-memory polymer light-emitting diodes. Advanced Materials. 2011;23(5):664-668. DOI: 10.1002/adma.201003398

[26] Gaynor W, Hofmann S, Christoforo MG, Sachse C, Mehra S, Salleo A, et al. Color in the corners: ITO-free white OLEDs with angular color stability. Advanced Materials. 2013;25(29):4006-4013. DOI: 10.1002/adma.201300923

[27] Ok KH, Kim J, Park SR, Kim Y, Lee CJ, Hong SJ, et al. Ultra-thin and smooth transparent electrode for flexible and leakage-free organic light-emitting diodes. Scientific Reports. 2015;5:9464. DOI: 10.1038/srep09464

[28] Liang J, Li L, Niu X, Yu Z, Pei Q. Elastomeric polymer light-emitting devices and displays. Nature Photonics. 2013;7(10):817-824. DOI: 10.1038/nphoton.2013.242

[29] Liang J, Li L, Tong K, Ren Z, Hu W, Niu X, et al. Silver nanowire percolation network soldered with graphene oxide at room temperature and its application for fully stretchable polymer light-emitting diodes. ACS Nano. 2014;8(2):1590-1600

[30] Lee H, Lee D, Ahn Y, Lee EW, Park LS, Lee Y. Highly efficient and low voltage silver nanowire-based OLEDs employing a n-type hole injection layer. Nanoscale. 2014;6(15):8565-8570. DOI: 10.1039/c4nr01768d

[31] Lee Y, Suh M, Kim D, Lee D, Chang H, Lee HS, et al. Improved operational stability of polymer light-emitting diodes based on silver nanowire electrode through pre-bias conditioning treatment. Advanced Functional Materials. 2014;24(41):6465-6472. DOI: 10.1002/adfm.201401197

[32] Wei B, Wu X, Lian L, Yang S, Dong D, Feng D, et al. A highly conductive and smooth AgNW/PEDOT:PSS film treated by hot-pressing as electrode for organic light emitting diode. Organic Electronics. 2017;43:182-188. DOI: 10.1016/j.orgel.2017.01.030

[33] Lee J, An K, Won P, Ka Y, Hwang H, Moon H, et al. A dual-scale metal nanowire network transparent conductor for highly efficient and flexible organic light emitting diodes. Nanoscale. 2017;9(5):1978-1985. DOI: 10.1039/c6nr09902e
[34] Coskun S, Selen Ates E, Unalan HE. Optimization of silver nanowire networks for polymer light emitting diode electrodes. Nanotechnology. 2013;24(12):125202. DOI: 10.1088/0957-4484/24/12/125202

[35] Jeong G-J, Lee J-H, Han S-H, Jin W-Y, Kang J-W, Lee S-N. Silver nanowires for transparent conductive electrode to GaN-based light-emitting diodes. Applied Physics Letters. 2015;106(3). DOI: 031118, 10.1063/1.4906459

[36] Choi S, Park J, Hyun W, Kim J, Kim J, Lee YB, et al. Stretchable heater using ligand-exchanged silver nanowire nanocomposite for wearable articular thermotherapy. ACS Nano. 2015;9(6):6626-6633. DOI: 10.1021/acsnano.5b02790

[37] Lim S, Son D, Kim J, Lee YB, Song J-K, Choi S, et al. Transparent and stretchable interactive human machine interface based on patterned graphene heterostructures. Advanced Functional Materials. 2015;25(3):375-383. DOI: 10.1002/adfm.201402987

[38] Myers AC, Huang H, Zhu Y. Wearable silver nanowire dry electrodes for electrophysiological sensing. RSC Advances. 2015;5(15):11627-11632. DOI: 10.1039/c4ra15101a

[39] Hwang B-U, Lee J-H, Trung TQ, Roh E, Kim D-I, Kim S-W, et al. Transparent stretchable self-powered patchable sensor platform with ultrasensitive recognition of human activities. ACS Nano. 2015;9(9):8801-8810. DOI: 10.1021/acsnano.5b01835

[40] Yao S, Zhu Y. Wearable multifunctional sensors using printed stretchable conductors made of silver nanowires. Nanoscale. 2014;6(4):2345-2352. DOI: 10.1039/c3nr05496a

[41] Amjadi M, Pichitpajongkit A, Lee S, Ryu S, Park I. Highly stretchable and sensitive strain sensor based on silver nanowire–elastomer nanocomposite. ACS Nano. 2014;8(5):5154-5163. DOI: 10.1021/nn501204t

[42] Lee JH, Huynh-Nguyen B-C, Ko E, Kim JH, Seong GH. Fabrication of flexible, transparent silver nanowire electrodes for amperometric detection of hydrogen peroxide. Sensors and Actuators B: Chemical. 2016;224:789-797. DOI: 10.1016/j.snb.2015.11.006

[43] Hu W, Niu X, Zhao R, Pei Q. Elastomeric transparent capacitive sensors based on an interpenetrating composite of silver nanowires and polyurethane. Applied Physics Letters. 2013;102(8):083303. DOI: 10.1063/1.4794143

[44] Kim D-H, Yu K-C, Kim Y, Kim J-W. Highly stretchable and mechanically stable transparent silver nanowire electrodes based on composite of silver nanowires and polyurethane–urea. ACS Applied Materials & Interfaces. 2015;7(28):15214-15222. DOI: 10.1021/acsami.5b04693

[45] Jeong CK, Lee J, Han S, Ryu J, Hwang GT, Park DY, et al. A hyper-stretchable elastocomposite energy harvester. Advanced Materials. 2015;27(18):2866-2875. DOI: 10.1002/adma.201500367

[46] Ho X, Cheng CK, Tey JN, Wei J. Tunable strain gauges based on two-dimensional silver nanowire networks. Nanotechnology. 2015;26(19):195504. DOI: 10.1088/0957-4484/26/19/195504
[47] Li X, Wang L, Yan G. Review: Recent research progress on preparation of silver nanowires by soft solution method and their applications. Crystal Research and Technology. 2011;46(5):427-438. DOI: 10.1002/crat.201100023

[48] Lazzara TD, Bourret GR, Lennox RB, van de Ven TGM. Polymer templated synthesis of AgCN and ag nanowires. Chemistry of Materials. 2009;21(10):2020-2026. DOI: 10.1021/cm802481v

[49] Ijiri K, Matsuo Y, Hashimoto Y. DNA-based silver nanowires fabricated by electroless plating. Molecular Crystals and Liquid Crystals. 2006;445(1):207/[497]-211/[501]. DOI: 10.1080/15421400500367132

[50] Za H, Xu T, RJ L, HI L. Template preparation of high-density, and large-area ag nanowire array by acetaldehyde reduction. Materials Science and Engineering: A. 2004;371(1-2):236-240. DOI: 10.1016/j.msea.2003.11.050

[51] Zhang L, Zhang P, Fang Y. Magnetron sputtering of silver nanowires using anodic aluminum oxide template: A new active substrate of surface enhanced Raman scattering and an investigation of its enhanced mechanism. Analytica Chimica Acta. 2007;591(2):214-218. DOI: 10.1016/j.aca.2007.03.069

[52] Wiley B, Sun Y, Xia Y. Polyl synthesis of silver nanostructures: Control of product morphology with Fe(II) or Fe(III) species. Langmuir. 2005;21(18):8077-8080. DOI: 10.1021/la050887i

[53] Korte KE, Skrabalak SE, Xia Y. Rapid synthesis of silver nanowires through a CuCl- or CuCl$_2$-mediated polyl process. Journal of Materials Chemistry. 2008;18(4):437-441

[54] Gou L, Chipara M, Zaleski JM. Convenient, rapid synthesis of Ag nanowires. Chemistry of Materials. 2007;19(7):1755-1760. DOI: 10.1021/cm070160a

[55] Chen D, Qiao X, Qiu X, Chen J, Jiang R. Conveninent synthesis of silver nanowires with adjustable diameters via a solvothermal method. Journal of Colloid and Interface Science. 2010;344(2):286-291. DOI: 10.1016/j.jcis.2009.12.055

[56] Spadaro D, Barletta E, Barreca F, Currò G, Neri F. PMA capped silver nanoparticles produced by UV-enhanced chemical process. Applied Surface Science. 2009;255(20):8403-8408. DOI: 10.1016/j.apsusc.2009.05.108

[57] Rakha SA, Ali N, Haleem YA, Alam F, Khurram AA, Munir A. Comparison of mechanical properties of acid and UV ozone treated nanodiamond epoxy nanocomposites. Journal of Materials Science & Technology. 2014;30(8):753-758. DOI: 10.1016/j.jmst.2013.12.011

[58] Nandikonda S, Davis EW. Parameters affecting the microwave-assisted polyl synthesis of silver nanorods. ISRN Nanotechnology. 2011;2011:1-7. DOI: 10.5402/2011/104086

[59] Lee JH, Lee P, Lee D, Lee SS, Ko SH. Large-scale synthesis and characterization of very long silver nanowires via successive multistep growth. Crystal growth & design. 2012;12(11):5598-5605. DOI: 10.1021/cg301119d
[60] Jose Andres L, Fe Menendez M, Gomez D, Luisa Martinez A, Bristow N, Paul Kettle J, et al. Rapid synthesis of ultra-long silver nanowires for tailor-made transparent conductive electrodes: Proof of concept in organic solar cells. Nanotechnology. 2015;26(26):265201. DOI: 10.1088/0957-4484/26/26/265201

[61] Sun Y, Yin Y, Mayers BT, Herricks T, Xia Y. Uniform silver nanowires synthesis by reducing AgNO$_3$ with ethylene glycol in the presence of seeds and poly(vinyl pyrrolidone). Chemistry of Materials. 2002;14(11):4736-4745. DOI: 10.1021/cm020587b

[62] Kiran Kumar ABV, wan Bae C, Piao L, Kim S-H. Silver nanowire based flexible electrodes with improved properties: High conductivity, transparency, adhesion and low haze. Materials Research Bulletin. 2013;48(8):2944-2949. DOI: 10.1016/j.materresbull.2013.04.035

[63] Liu Y, Zhang J, Gao H, Wang Y, Liu Q, Huang S, et al. Capillary-force-induced cold welding in silver-nanowire-based flexible transparent electrodes. Nano Letters. 2017;17(2):1090-1096. DOI: 10.1021/acs.nanolett.6b04613

[64] Duan SK, Niu QL, Wei JF, He JB, Yin YA, Zhang Y. Water-bath assisted convective assembly of aligned silver nanowire films for transparent electrodes. Physical Chemistry Chemical Physics : PCCP. 2015;17(12):8106-8112. DOI: 10.1039/c4cp05989a

[65] Lee SH, Lim S, Kim H. Smooth-surface silver nanowire electrode with high conductivity and transparency on functional layer coated flexible film. Thin Solid Films. 2015;589:403-407

[66] Jung ED, Nam YS, Seo H, Lee BR, Yu JC, Lee SY, et al. Highly efficient flexible optoelectronic devices using metal nanowire-conducting polymer composite transparent electrode. Electronic Materials Letters. 2015;11(5):906-914. DOI: 10.1007/s13391-015-5120-z

[67] Nam S, Song M, Kim DH, Cho B, Lee HM, Kwon JD, et al. Ultrasmooth, extremely deformable and shape recoverable Ag nanowire embedded transparent electrode. Scientific Reports. 2014;4:4788. DOI: 10.1038/srep04788

[68] Lee P, Lee J, Lee H, Yeo J, Hong S, Nam KH, et al. Highly stretchable and highly conductive metal electrode by very long metal nanowire percolation network. Advanced Materials. 2012;24(25):3326-3332. DOI: 10.1002/adma.201200359

[69] Lee C, Kim C, Jeong M, Kim J, Lee J, Oh J-W, et al. Highly flexible and transparent metal grids made of metal nanowire networks. RSC Advances. 2015;5(94):77288-77295. DOI: 10.1039/c5ra14513a

[70] Miller MS, O’Kane JC, Niec A, Carmichael RS, Carmichael TB. Silver nanowire/optical adhesive coatings as transparent electrodes for flexible electronics. ACS Applied Materials & Interfaces. 2013;5(20):10165-10172. DOI: 10.1021/am402847y

[71] Hu L, Kim HS, Lee J-Y, Peumans P, Cui Y. Scalable coating and properties of transparent, flexible, silver nanowire electrodes. ACS Nano. 2010;4(5):2955-2963
[72] dos Reis Benatto GA, Roth B, Corazza M, Sondergaard RR, Gevorgyan SA, Jorgensen M, et al. Roll-to-roll printed silver nanowires for increased stability of flexible ITO-free organic solar cell modules. Nanoscale. 2016;8(1):318-326. DOI: 10.1039/c5nr07426f

[73] Im HG, Jin J, Ko JH, Lee J, Lee JY, Bae BS. Flexible transparent conducting composite films using a monolithically embedded AgNW electrode with robust performance stability. Nanoscale. 2014;6(2):711-715. DOI: 10.1039/c3nr05348b

[74] Madaria AR, Kumar A, Ishikawa FN, Zhou C. Uniform, highly conductive, and patterned transparent films of a percolating silver nanowire network on rigid and flexible substrates using a dry transfer technique. Nano Research. 2010;3(8):564-573. DOI: 10.1007/s12274-010-0017-5

[75] Hong S, Yeo J, Lee J, Lee H, Lee P, Lee SS, et al. Selective laser direct patterning of silver nanowire percolation network transparent conductor for capacitive touch panel. Journal of Nanoscience & Nanotechnology. 2015;15(3):2317-2323

[76] Jeon Y, Jin HB, Jung S, Go H, Lee I, Lee C, et al. Highly flexible touch screen panel fabricated with silver nanowire crossing electrodes and transparent bridges. Journal of the Optical Society of Korea. 2015;19(5):508-513. DOI: 10.3807/josk.2015.19.5.508

[77] Krebs FC. Polymer solar cell modules prepared using roll-to-roll methods: Knife-over-edge coating, slot-die coating and screen printing. Solar Energy Materials and Solar Cells. 2009;93(4):465-475. DOI: 10.1016/j.solmat.2008.12.012

[78] Menamparambath MM, Yang K, Kim HH, Bae OS, Jeong MS, Choi JY, et al. Reduced haze of transparent conductive films by smaller diameter silver nanowires. Nanotechnology. 2016;27(46):465706. DOI: 10.1088/0957-4484/27/46/465706

[79] Kim T, Canlier A, Kim GH, Choi J, Park M, Han SM. Electrostatic spray deposition of highly transparent silver nanowire electrode on flexible substrate. ACS applied materials & interfaces. 2013;5(3):788-794

[80] Mariani P, Vesce L, Di Carlo A. The role of printing techniques for large-area dye sensitized solar cells. Semiconductor Science and Technology. 2015;30(10):104003. DOI:10.1088/0268-1242/30/10/104003

[81] Yi P, Zhang C, Peng L, Lai X. Flexible silver-mesh electrodes with moth-eye nanostructures for transmittance enhancement by double-sided roll-to-roll nanoimprint lithography. RSC Advances. 2017;7(77):48835-48840. DOI: 10.1039/c7ra09149d

[82] Jung E, Kim C, Kim M, Chae H, Cho JH, Cho SM. Roll-to-roll preparation of silver nanowire transparent electrode and its application to large-area organic light-emitting diodes. Organic Electronics. 2017;41:190-197. DOI: 10.1016/j.orgel.2016.11.003

[83] Lee SJ, Kim YH, Kim JK, Baik H, Park JH, Lee J, et al. A roll-to-roll welding process for planarized silver nanowire electrodes. Nanoscale. 2014;6(20):11828-11834. DOI: 10.1039/c4nr03771e

[84] Wang Z, Yi P, Peng L, Lai X, Ni J. Fabrication of metal mesh arrays using roll-to-roll UV-nanoimprint lithography for flexible transparent electrodes. 12th International Conference on Frontiers of Design and Manufacturing. 2016
[85] Hosel M, Angmo D, Sondergaard RR, Dos Reis Benatto GA, Carle JE, Jorgensen M, et al. High-volume processed, ITO-free superstrates and substrates for roll-to-roll development of organic electronics. Advanced science. 2014;1(1):1400002. DOI: 10.1002/advs.201400002

[86] Krebs FC. Fabrication and processing of polymer solar cells: A review of printing and coating techniques. Solar Energy Materials and Solar Cells. 2009;93(4):394-412. DOI: 10.1016/j.solmat.2008.10.004

[87] Roll to Roll (R2R) Processing Technology Assessment. https://www.energy.gov/sites/prod/files/2015/02/f19/QTR%20Ch8%20-%20Roll%20To%20Roll%20Processing%20TA%20Feb-13-2015.pdf

[88] Søndergaard R, Hösel M, Angmo D, Larsen-Olsen TT, Krebs FC. Roll-to-roll fabrication of polymer solar cells. Materials Today. 2012;15(1-2):36-49. DOI: 10.1016/s1369-7021(12)70019-6

[89] Araki T, Jiu J, Nogi M, Koga H, Nagao S, Sugahara T, et al. Low haze transparent electrodes and highly conducting air dried films with ultra-long silver nanowires synthesized by one-step polyol method. Nano Research. 2014;7(2):236-4235. DOI: 10.1007/s12274-013-0391-x

[90] Lee J, Lee I, Kim TS, Lee JY. Efficient welding of silver nanowire networks without post-processing. Small. 2013;9(17):2887-2894. DOI: 10.1002/smll.201203142

[91] Liu B-T, Kuo H-L. Graphene/silver nanowire sandwich structures for transparent conductive films. Carbon. 2013;63:390-396. DOI: 10.1016/j.carbon.2013.06.094

[92] Lee D, Lee H, Ahn Y, Lee Y. High-performance flexible transparent conductive film based on graphene/AgNW/graphene sandwich structure. Carbon. 2015;81:439-446. DOI: 10.1016/j.carbon.2014.09.076

[93] Aziz S, Zhao J, Cain C, Wang Y. Nanoarchitectured LiMn$_2$O$_4$/graphene/ZnO composites as electrodes for lithium ion batteries. Journal of Materials Science & Technology. 2014;30(5):427-433. DOI: 10.1016/j.jmst.2014.03.007

[94] Zhu R, Chung C-H, Cha KC, Yang W, Zheng YB, Zhou H, et al. Fused silver nanowires with metal oxide nanoparticles and organic polymers for highly transparent conductors. ACS Nano. 2011;5(12):9877-9882. DOI: 10.1021/nn203576v

[95] De S, Higgins TM, Lyons PE, Doherty EM, Nirmalraj PN, Blau WJ, et al. Silver nanowire networks as flexible, transparent, conducting films: Extremely high DC to optical conductivity ratios. ACS Nano. 2009;3(7):1767-1774

[96] Shin DY, Yi GR, Lee D, Park J, Lee YB, Hwang I, et al. Rapid two-step metallization through physicochemical conversion of Ag$_2$O for printed “black” transparent conductive films. Nanoscale. 2013;5(11):5043-5052. DOI: 10.1039/c3nr00962a

[97] Garnett EC, Cai W, Cha JJ, Mahmood F, Connor ST, Greyson Christoforo M, et al. Self-limited plasmonic welding of silver nanowire junctions. Nature Materials. 2012;11(3):241-249. DOI: 10.1038/nmat3238
[98] Yang Y, Ding S, Araki T, Jiu J, Sugahara T, Wang J, et al. Facile fabrication of stretchable Ag nanowire/polyurethane electrodes using high intensity pulsed light. Nano Research. 2016;9(2):401-414. DOI: 10.1007/s12274-015-0921-9

[99] Jiu J, Nogi M, Sugahara T, Tokuno T, Araki T, Komoda N, et al. Strongly adhesive and flexible transparent silver nanowire conductive films fabricated with a high-intensity pulsed light technique. Journal of Materials Chemistry. 2012;22(44):23561. DOI: 10.1039/c2jm35545k

[100] Tokuno T, Nogi M, Karakawa M, Jiu J, Nge TT, Aso Y, et al. Fabrication of silver nanowire transparent electrodes at room temperature. Nano Research. 2011;4(12):1215-1222

[101] Song TB, Chen Y, Chung CH, Yang YM, Bob B, Duan HS, et al. Nanoscale joule heating and electromigration enhanced ripening of silver nanowire contacts. ACS Nano. 2014;8(3):2804-8

[102] Sciacca B, van de Groep J, Polman A, Garnett EC. Solution-grown silver nanowire ordered arrays as transparent electrodes. Advanced Materials. 2016;28(5):905-909. DOI: 10.1002/adma.201504045

[103] Huh JW, Lee DK, Jeon HJ, Ahn CW. New approach for fabricating hybrid-structured metal mesh films for flexible transparent electrodes by the combination of electrospinning and metal deposition. Nanotechnology. 2016;27(47):475302

[104] Teymouri A, Pillai S, Ouyang Z, Hao X, Green M, editors. Promising hybrid graphene-silver nanowire transparent conductive electrode. Photovoltaic Specialists Conference; 2016

[105] Liu C-H, Yu X. Silver nanowire-based transparent, flexible, and conductive thin film. Nanoscale Research Letters. 2011;6(1):75

[106] Jiang Y, Xi J, Wu Z, Dong H, Zhao Z, Jiao B, et al. Highly transparent, conductive, flexible resin films embedded with silver nanowires. Langmuir. 2015;31(17):4950-4957

[107] Kim D, Zhu L, Jeong D-J, Chun K, Bang Y-Y, Kim S-R, et al. Transparent flexible heater based on hybrid of carbon nanotubes and silver nanowires. Carbon. 2013;63:530-536. DOI: 10.1016/j.carbon.2013.07.030

[108] Kim T, Kim YW, Lee HS, Kim H, Yang WS, Suh KS. Uniformly interconnected silver-nanowire networks for transparent film heaters. Advanced Functional Materials. 2013;23(10):1250-1255. DOI: 10.1002/adfm.201202013

[109] Khaligh HH, Xu L, Khosropour A, Madeira A, Romano M, Pradere C, et al. The joule heating problem in silver nanowire transparent electrodes. Nanotechnology. 2017;28(42):425703. DOI: 10.1088/1361-6528/aa7f34

[110] Song T-B, Rim YS, Liu F, Bob B, Ye S, Hsieh Y-T, et al. Highly robust silver nanowire network for transparent electrode. ACS Applied Materials & Interfaces. 2015;7(44):24601-24607. DOI: 10.1021/acsami.5b06540

[111] Chang JH, Chiang KM, Kang HW, Chi WJ, Chang JH, Wu CI, et al. A solution-processed molybdenum oxide treated silver nanowire network: A highly conductive...
transparent conducting electrode with superior mechanical and hole injection properties. Nanoscale. 2015;7(10):4572-4579. DOI: 10.1039/c4nr06805j

[112] Y-s L, Feng J, Ou X-L, H-f C, Xu M, Sun H-B. Ultrasmooth, highly conductive and transparent PEDOT:PSS/silver nanowire composite electrode for flexible organic light-emitting devices. Organic Electronics. 2016;31:247-252. DOI: 10.1016/j.orgel.2016.01.014

[113] Duan Y-H, Duan Y, Wang X, Yang D, Yang Y-Q, Chen P, et al. Highly flexible peeled-off silver nanowire transparent anode using in organic light-emitting devices. Applied Surface Science. 2015;351:445-450. DOI: 10.1016/j.apsusc.2015.05.161

[114] Zhang M, Hofle S, Czolk J, Mertens A, Colsmann A. All-solution processed transparent organic light-emitting diodes. Nanoscale. 2015;7(47):20009-20014. DOI: 10.1039/c5nr05820a

[115] Song C-H, Ok K-H, Lee C-J, Kim Y, Kwak M-G, Han CJ, et al. Intense-pulsed-light irradiation of Ag nanowire-based transparent electrodes for use in flexible organic light emitting diodes. Organic Electronics. 2015;17:208-215. DOI: 10.1016/j.orgel.2014.12.015

[116] Zhu R, Jiang C-Y, Liu X-Z, Liu B, Kumar A, Ramakrishna S. Improved adhesion of interconnected TiO$_2$ nanofiber network on conductive substrate and its application in polymer photovoltaic devices. Applied physics Letters. 2008;93(1):013102

[117] Khan A, Lee S, Jang T, Xiong Z, Zhang C, Tang J, et al. High-performance flexible transparent electrode with an embedded metal mesh fabricated by cost-effective solution process. Small. 2016;12(22):3021-3030. DOI: 10.1002/smll.201600309
